Review

Review on The Use of Alternative Carbon Sources in EAF Steelmaking

Thomas Echterhof

Department for Industrial Furnaces and Heat Engineering, RWTH Aachen University, 52074 Aachen, Germany; echterhof@iob.rwth-aachen.de; Tel.: +49-241-802-5958

Abstract: Steelmaking in the electric arc furnace (EAF), either scrap-based or based on hydrogen direct reduced iron, will in future contribute substantially to the reduction of CO\textsubscript{2} emissions in the iron and steel industry. However, there still will be the need to introduce carbon into the EAF process either to carburize the steel or to create foaming slag to improve the energy efficiency of the melting process. So, to reach the emission reduction goals set around the world, it will be necessary to substitute fossil charge and injection carbon used in EAF steelmaking with alternative carbon sources. This review presents the recent research on carbon-neutral biomass-based and circular rubber or plastics-based carbon sources and their potential to substitute fossil charge or injection carbon in the EAF process. It also discusses the current state-of-the art and suggests further opportunities and needs for research and development to use alternative carbon sources to produce a really green and carbon neutral and/or fully circular steel.

Keywords: electric arc furnace (EAF); steelmaking; carbon sources; biomass; plastics

1. Introduction

Apart from the energy production sector, the iron and steel industry is one of the biggest consumers of fossil coal around the world and therefore also one of the biggest industrial emitters of CO\textsubscript{2}. In the countries of the European Union (EU-27, as of 2007 to 30 June 2013), between 4% and 7% of anthropogenic CO\textsubscript{2} emissions are estimated to be originating from iron and steel production [1]. According to the International Energy Agency [2], the steel industries coal consumption accounts for 13.7% of the world’s total annual production or 1.1 billion t in 2013. About 80% of this coal is coking coal for the use in coke ovens to produce the coke needed especially in blast furnaces for iron production [3]. Up to now, only a very small part of the total energy is supplied by renewables like biomass or waste in the iron and steel industry. In 2015, only 0.1% of the total energy sources of the iron and steel industry in OECD (Organisation for Economic Co-operation and Development) countries were supplied by renewables and waste [4]. For comparison, in the non-ferrous metals industry, the share was equally low whereas in the non-metallic minerals industry the share was as high as 7.2% which certainly can be mainly attributed to cement kilns using all kinds of alternative fuels.

Greenhouse gas (GHG) emissions, especially CO\textsubscript{2} emissions, are an important issue for the steel producers because of national and international GHG emissions reduction plans and/or emissions trading systems. The UN’s 2030 Sustainable Development Goals, the Paris Agreement, as well as the European Green Deal all aim to improve the sustainability of industrial production and to reduce CO\textsubscript{2} emissions to combat climate change. Within the EU Emission Trading System (ETS), which the iron and steel industry is subject to, emission targets of 73.2% below 2005 levels have been set [5]. Now, Europe aims to
reach a 55% CO₂ emission reduction until 2030 and carbon neutrality and a circular economy by 2050 [6]. This goal cannot be achieved without the iron and steel making industry substituting its fossil carbon consumption by renewable alternatives.

Therefore, the research on the possibilities of a substitution of fossil coals in iron and steelmaking is increasing more and more. The two main routes to produce steel are the integrated blast furnace-basic oxygen furnace (BF-BOF) route and the electric steelmaking route employing the electric arc furnace (EAF). In 2018 the BF-BOF route had a share of the total worldwide crude steel production of 70.7% while EAF steelmaking accounted for 28.9%. However, looking at specific regions the share of EAF steelmaking can be a lot higher. In the EU 41.5% and in North America about 67% of the steel was produced in the EAF route in 2018 [7]. The integrated BF-BOF route is characterized by the two-step process to first produce iron as liquid hot metal in the BF, which is then processed into steel in the BOF. The EAF route, on the other hand, is characterized by the use of mainly solid materials, like scrap, direct reduced iron (DRI), hot briquetted iron (HBI), or pig iron, that are melted in the EAF.

Especially regarding the ironmaking process, which is the main consumer of fossil coals in the iron and steel industry, a number of reviews regarding the use of alternative carbon sources like biomass have already been conducted and published [8–16]. Even so, the amounts are much lower in EAF steelmaking, and fossil carbon sources are used, contributing to the direct GHG emissions of the steelmaking process. However, there are up to now no reviews about the use of alternative carbon sources in EAF steelmaking available. Therefore, in this paper, the use of carbon in EAF steelmaking is first described. Following that, recent research on the use of alternative carbon sources is presented to give an overview on the possibilities to substitute fossil carbon by biomass or waste-based materials.

2. Carbon Use in EAF Steelmaking

In the EAF, iron sources like scrap, DRI/HBI, or pig iron are charged together with materials like alloying elements, slag formers, and carbon sources. The charged material is then melted by a mix of electrical and chemical energy. The electrical energy is introduced into the furnace via electrodes by the electric arcs ignited between electrodes and charged material. The chemical energy is usually introduced by oxyfuel burners but also e.g., by hydrocarbons from scrap contaminants (paint, oil, grease, etc.) and charged carbon. Apart from the steel melt, a slag is also produced based on slag formers like lime and dololime which will incorporate iron oxides and oxidic impurities from scrap or gangue from DRI/HBI.

Carbon sources are of great importance in the electric arc furnace. In modern electric arc furnaces, the share of energy input from fossil fuels like natural gas and coal is over 40% of the total energy input [17]. In addition to their energetic use as a substitute for electrical energy, carbon sources are used in particular as slag foaming agents [18]. Solid carbon sources, like coal, petrol, coke, etc., are used in the EAF in two ways. The charge carbon is charged together with the scrap or other iron sources and additives at the beginning of the heat. This carbon serves to carburize the melt, contributes thereby to the slag foaming and by direct oxidation during meltdown realizes a chemical energy input. The injection carbon on the other is injected into the EAF via lances or injectors together with oxygen to generate CO bubbles within the slag and thereby to foam the slag.

According to a study by the International Iron and Steel Institute (IISI), on average, about 12 kg of coal are used per ton of steel produced in the EAF [19]. With a global steel production in 2018 of around 520 million t via the EAF route, this corresponds to a fossil coal consumption of over 6 million tons. This coal use causes specific CO₂ emissions of about 43 kg/t steel and related to the total EAF steel production in 2018 CO₂ emissions of about 22 million tons.

Looking at values of direct CO₂ emissions of EAF steelmaking compiled in studies for the European Commission the benchmark is given with 59 kg CO₂/t steel [20] while
the average is given with 102 kg CO₂/t steel [21]. Based on these values, the use of fossil coal in the EAF, besides the use of natural gas and the graphite electrode consumption, is causing about 40–70% of the direct CO₂ emissions of the EAF steelmaking process. Figure 1 shows a schematic of carbon input and direct emissions of the EAF.

![Figure 1](image)

Figure 1. Direct CO₂ emissions of a typical EAF [22].

2.1. Charge Carbon

In comparison to injection carbon, the demands placed on charge carbon are lower. Of particular interest are the calorific value, the reaction behavior as well, as the carburization capacity. If the primary aim of using charge carbon is to carburize the melt, the reactivity must be low enough that the carbon does not burn prematurely but can dissolve in the melt. If the chemical energy input in the melting phase is of primary interest, a high reactivity and therefore a quick energy release may be more important.

Consequently, for charge carbon, the calorific value is of primary importance. With a corresponding cost–benefit ratio, lower carbon contents and higher ash contents are also tolerable as long as no components with the potential to reduce steel quality are introduced into the EAF. Apart from that, the carbon source must have sufficient physical properties to allow for safe handling, storage, and charging into the EAF.

2.2. Injection Carbon

Slag foaming in the EAF is a well-established and widely used method to significantly increase the efficiency of energy transfer in the furnace. The shielding of the electric arcs by the foaming slag reduces the energy losses via the water-cooled furnace walls and roof, thus enabling a significantly improved energy transfer from the arc into the melt. In addition, the slag foaming has a stabilizing effect on the arcs and reduces the noise emissions of the EAF. Approximately 5–10 kg of injection carbon are used in electric arc furnaces [23].

The foaming of the slag by CO/CO₂ gas bubbles occurs in the EAF process via oxidation of carbon dissolved in the molten steel by oxides in the slag (reaction (1)). This foaming process is enhanced and maintained by injecting carbon into the slag. The injected carbon can thereby react directly with the iron oxide according to reaction (2) or reduce the iron oxide indirectly according to reactions (3) and (4) via an intermediate gasification step [24].

\[
FeO + [C] \rightarrow Fe + CO \quad (1)
\]

\[
FeO + C_s \rightarrow Fe + CO \quad (2)
\]
Besides carbon, coal usually also contains varying amounts of volatiles, namely hydrogen which is oxidized by FeO to H2O (reaction (5)). Furthermore, the hydrogen takes part in side reactions (6) (water-gas reaction) and (7) (water-gas shift reaction). Especially the water-gas shift reaction supports the gasification of solid carbon and thereby accelerates the reaction of slag and coal. Hydrogen in the gas phase also increases the carbon gasification rate since H2 and H2O react more rapidly with carbon and slag compared to CO and CO2. Moreover, FeO also reacts faster with hydrogen compared to CO.

Hayes [25] found that the reaction constant of the FeO reduction by H2 is one order of magnitude greater than that for FeO reduction by CO at 1300 °C and even 5 times greater at 1600 °C. In agreement, Xie and Belton [26] found that reduction rates of ferric iron in slag by H2/H2O are a factor of 2–3 times higher than those by CO/CO2. King [27] demonstrated that the rate of carbon gasification increases linearly with H2 concentration in carrier gas for hydrogen concentration of up to 4%.

The requirements on the injection carbon for a good foaming effect primarily concern a high reactivity and thus the highest possible carbon content and a low ash content of the coal as well as a defined particle size distribution for pneumatic conveying. With regard to the plant technology used for injection, it should also be noted that no explosion protection is required for the current use of petroleum coke and anthracite coal and is therefore not usually implemented in terms of plant technology. If suitable alternative carbon sources fall into explosion protection classes, substitution may already fail at this point for economic reasons.

3. Alternative Carbon Sources

When using alternative carbon sources, it must generally be considered that the properties of these materials can differ greatly from those of common fossil coals. These differences can have an impact on the steelmaking process in the electric arc furnace. Research has been carried out so far on the use of biomass-based as well as rubber and plastics-based alternatives in EAF steelmaking.

3.1. Biomass Based Alternatives

The research on biomass-based alternative carbon sources includes technical and life cycle assessment studies, fundamental research on slag foaming by biomass and biochars as well as pilot and industrial scale investigations of the use of biomass and charcoal in the EAF.

Mathieson et al. [28] investigated the potential of biomass use in the steel industry of Australia. The focus here was on reducing fossil CO2 emissions from the metallurgical processes of the blast furnace and electric arc furnace route, with an emphasis on the blast furnace route. In conclusion, the fundamental suitability of biomass carbonisates as a feedstock in iron and steel production is highlighted. They report the CO2 mitigation potential through biochar utilization for Australian EAF steelmakers with about 6–12%. However, it has to be noted that this is based on the Australian electricity production mix. This results in a high share of 78% of the total emissions of 0.5 t CO2/t crude steel in EAF steel production, which is caused by electrical energy consumption.

Norgate and Langberg [29] and subsequently Norgate et al. [30] used the life cycle assessment (LCA) methodology to assess the substitution of fossil carbon sources with
charcoal as a fuel and reductant in the iron and steelmaking industry of Australia. In addition, they considered economic aspects of the use of carbonisates from biomass and estimated the land requirements for substituting fossil coal with biomass carbonisates. For a complete replacement of fossil carbon sources by biomass carbonisates, they calculate a saving of CO\textsubscript{2} emissions in relation to total (i.e., direct and indirect) emissions of 5.5–11% for the production route in the electric arc furnace. Taking charcoal production by-product credits into account, they calculated reduction rates of GHG emissions for the EAF route of 7.3–14.7%.

However, these relatively low reduction values for the EAF route stated by Norgate et al. are due to the indirect emissions from electrical energy consumption of the EAF. The calculations are based on the specific emissions of the Australian electricity mix, which are comparatively high at 0.987 kg CO\textsubscript{2}/kWh due to a very high proportion of coal-fired power plants. Demus et al. [31] showed that, for the EU-27, with a different electricity mix and specific GHG emissions of 0.43 kg CO\textsubscript{2}/kWh, in a very similar scenario, the relative GHG emission reduction potential is almost 29% for the substitution of fossil carbon sources with charcoal in the EAF route.

Sampaio et al. [32] describe an indirect way for the production of green steel in the EAF. They propose the use of cold pig iron (CPI) produced in charcoal operated blast furnaces in combination with scrap. In this scenario the carbon introduced into the EAF by the CPI is considered as carbon-neutral. In [33] Sampaio et al. discuss the use of large amounts of CPI in EAF steelmaking. Based on operational data of a Brazilian steel plant, they compare steel production based on scrap and with an addition of 35% CPI. The use of CPI results in lower residual levels in the produced steel and introduces high amounts of carbon-neutral chemical energy into the system. The high concentrations of carbon (4.3–4.5%), silicon (0.5–1%), and manganese (0.3–0.6%) in the CPI can deliver energy at a rate of about 3.6 kWh/Nm\textsuperscript{3} oxygen injected into the EAF. The intense CO formation and boiling action during decarburization of the steel melt carburized by the CPI supports the removal of dissolved gases and leads to reduced nitrogen concentrations in the tapped steel of less than 50 ppm compared 90 ppm in scrap-only heats. In [34] Sampaio et al. again discuss the possibility of using in the EAF hot metal from a mini blast furnace utilizing biomass/charcoal as reducing agent. They also present a biomass carbonization process coupled with the mini blast furnace increasing the overall energy efficiency of the coupled processes.

Coming to the more fundamental research on slag foaming by biomass and biochars, Sahajwalla et al. [35] tested differences in wettability of different carbon carriers in contact with EAF slag. The tested carbon carriers were injection coke, petrol coke, natural graphite, synthetic graphite as well as charcoal. The tests included contact angle and volume measurements of a slag sample on a carbon carrier substrate at 1550 °C. Charcoal in comparison exhibited the lowest wettability and therefore minimal foaming of the slag. Natural graphite showed the most favorable behavior with regard to wettability and volume increase of the slag by foaming.

Yunos et al. [36] investigated the combustion behavior of metallurgical coke as well as palm shell/coke and coconut shell/coke blends in thermal gravimetric analysis (TGA) and a drop tube furnace. The combustion efficiency was increased by increasing amounts of palm shells or coconut shells in the blend due to the added volatile matter in the blend. Yunos et al. [37] also conducted a fundamental study on the formation of foamy slag in the EAF with charcoal. For this purpose, they melted down slag samples from the EAF process together with charcoal from palm kernel shells as well as with metallurgical coke as reference material in lab scale and investigated the interaction of the carbon carrier with the slag. They also conducted TGA tests coupled with a mass spectrometer (MS) of both carbon carriers. Differences in reaction behavior were apparent from the gasses formed in the TGA-MS as well as in the melting trials, the different increase in slag volume as well as the number and size of gas bubbles found in the slag. The tests conducted showed that
charcoal from palm kernel shells can be an alternative to fossil metallurgical coke for the process of slag foaming.

Fidalgo et al. [38] investigated the thermal behavior of grape seed and pumpkin seed char at high heating rates (1000 K/s) typical for injection into an EAF atmosphere within a wire mesh reactor. As reference materials four different coals used in EAF steel plants were also tested. It was found that the biochars showed different thermal behaviors with the grape seed char exhibiting higher combustion and gasification reactivities. Therefore, grape seed char was proposed as potential candidate to substitute injection carbon for slag foaming.

Kalde et al. [39,40] tested various biomass-based materials with regard to their reaction behavior at high temperatures within a high-temperature reactor. Based on off-gas analysis data and overall weight loss of the samples they investigated the time dependent gasification in N₂ and combustion behavior in air. They determined specific amounts of produced gas and gas production rates for a number of materials. Considered here were palm kernel shells, wood chip pellets, walnut shells, olive kernels, pyrolyzed wood char, torrefied biomass pellets, as well as pellets made of hydrothermally carbonized green waste and anthracite as a fossil reference coal. Based on the presented investigation technique, it is possible to at least qualitatively compare gasification and combustion behavior of biomasses and biomass carbonisates to choose the best option with regard to gas production rate and the total specific amount of gases produced.

Huang et al. [41] investigated the reaction behavior of different carbon sources with a synthetic EAF slag by sessile drop tests at 1600 °C. The carbon sources investigated included a slow and fast pyrolysis biochar from woody biomass, graphite, metallurgical coke and char from end-of-life tire pyrolysis. Based on observed reaction behavior and measured contact angles between slag and carbon substrate, the authors conclude that the biochars were the least reactive materials in comparison to the other carbon sources. According to their analysis neither ash content nor carbon crystalline structure are significant factors influencing reactivity of the carbon sources with synthetic slag. They conclude that the wettability of the surfaces and therefore the surface roughness of the carbon particles has the biggest influence on the carbon/slag reaction behavior.

Mansuri et al. [42] investigated the high temperature pyrolysis of waste macadamia shells to prepare a carbon source for iron carburization. After pyrolysis the biochar was used to test the carburization of pure electrolytic iron. The biochar created from the macadamia shells via high temperature pyrolysis showed a carbon content of 98 wt.%. In the carburization test, a fast carburization up to 5.2 wt.% of carbon the iron alloy was reached. The carbon dissolution rate was compared with literature data was found to be higher than other carbon sources like metallurgical coke or coal.

Kongkarat [43] tested rubber tree bark in blends with coal and with coal as a reference as a carburizer for liquid steel. In comparison to coal, the carbon content of the steel increased in contact with rubber tree bark and the bark/coal blends. After 30 min of contact, the final carbon content was about 2.8 wt.% for coal and up to 4.9 wt.% for the rubber tree bark.

Bianco et al. [44,45] report about a research project funded by the European Research Fund for Coal & Steel (RFCS). As part of this GreenEAF project the foaming behavior of various biomass carbonisates with EAF slags was analyzed in laboratory scale. For this purpose, mixtures consisting of EAF slag and reference coal or carbonisate samples were placed in a crucible and melted in a furnace. The change in volume of the resulting foaming slag was measured and a qualitatively greater increase in volume of the slags was found when biomass carbonisates were used compared to fossil coal. The fundamental suitability of biomass carbonisates for slag foaming in the EAF could thus be demonstrated.

Tests were also carried out in a pilot-scale EAF, in which fossil charge coal was replaced by biomass carbonisates. Compared to the operation with fossil charge coal, clear differences in the reaction sequences could be determined with the help of gas analysis
when biomass carbonisates were used. This was, e.g., reflected in a different timeline of the energy supply in the melting process. The differences were attributed to different reactivities, physical properties, compositions, and carbon contents of the biomass carbonisates in comparison to the fossil charge coal. Notwithstanding this, the general suitability of the biomass carbonisates as batch carbon could be established as no difference in steel quality could be detected [46].

Initial trials on an industrial electric arc furnace with as-is biomass carbonisate from pyrolysis processes were also carried out [45]. The trials showed clear problems in handling and charging of the fine-grained material into the EAF. However, the industrial trials were able to confirm that no negative influence on product quality is to be expected from the use of biomass carbonisates.

Demus et al. [22,47] subsequently conducted trials on the briquetting of biomass carbonisates and tested the use of the briquettes made from biomass carbonisate in a pilot EAF. The results of the melting tests showed again that the biomass carbonisates have no negative influence on the process. The briquettes made from biomass carbonisate showed similar combustion behavior to conventional charge coal (anthracite coal) and can thus basically be regarded as an alternative feedstock to fossil coal.

Funke et al. [48] investigated the use of a biomass carbonisate from wheat straw fast pyrolysis as charge carbon substitute in the EAF. The carbonisate is a by-product of a biofuel production process and was pretreated by agglomeration prior to the melting trials in a pilot-scale EAF. Molasses in combination with water proved to be a good binder, resulting in sufficiently strong agglomerates. The reaction behavior and release of chemical energy exhibited by the agglomerate was comparable to biochar from slow pyrolysis and also to anthracite coal typically used in EAFs.

Baracchini et al. [49] report on the GreenEAF2 project funded by the RFCS, which is a follow-up to the GreenEAF project. This project was a pilot project to demonstrate the use of biomass and biomass carbonisates in industrial scale. Within the project, various biomass carbonisates but also virgin biomasses available on the market have been sampled and characterized. In subsequent trials the substitution of injection and charge carbon was tested. The industrial injection trials delivered mixed results regarding the achieved slag foaming. Possible reasons identified are the lower biochar density resulting in a reduced penetration of the slag layer by the injected biochar as well as a reduced reactivity of the biochar with iron oxides. The substitution of charge carbon by biochar and biomass, also reported in Cirilli et al. [50] and Echterhof et al. [51], was evaluated positively. The long-term trials of more than 1500 heats resulted in no detrimental effects on steel or slag quality or furnace operation. Moreover, one campaign of about 300 heats using a mix of biomass (palm kernel shells) and fossil coal even resulted in a reduction of the specific energy consumption of the EAF of about 6%.

Meier et al. [52] conducted simulations of the use of biomass in the EAF based on the case of one of the steel plants in the GreenEAF2 project. They used a dynamic EAF process model to simulate complete heats implementing biomass (palm kernel shells) as a charge carbon substitute. The differences between palm kernel shells and anthracite coal like the increased amounts of volatiles have been included in the model. The model was able to deliver results, e.g., regarding the off-gas composition and evolution which were in sufficient agreement with measured off-gas compositions.

Robinson et al. [53] report on lab-scale and industrial carburizing trials with two types of biochar from woody biomass and synthetic graphite and anthracite as reference materials. The woody biomasses tested are commercial wood chips from logging residues and commercial wood pellets from sawdust. All samples were briquetted and added into a molten iron-carbon alloy. The laboratory tests showed that the biochar from sawdust behaved similar to high quality anthracite and showed similar dissolution kinetics. For the industrial trials, a 50 t EAF was used were about 600 kg of carbon sources like anthracite are usually added to the charge material. In trials, one third of the anthracite charge
carbon was substituted by the biochar from sawdust. The test heats did not show any deviations from standard operating conditions.

3.2. Rubber and Plastics Based Alternatives

Another possibility for the substitution of coal or anthracite in the EAF is the use of used tires or waste plastics as a carbon source. Used tires contain carbon in the synthetic and/or natural rubber, in textiles and as carbon black. They also contain a significant amount of steel wire, which can be recycled in the EAF. Natural rubber included in the tire can even be considered as carbon-neutral.

The University of New South Wales in cooperation with OneSteel investigated the utilization of waste plastics and rubber and blends of these materials with coke in the EAF. They especially tested the interactions between slag and carbonaceous material with the sessile drop technique. Zaharia et al. [54] investigated metallurgical coke as a reference and two coke/rubber tire blends and their interaction with EAF slag. Based on off-gas data and volume ratios based on visual observations from the sessile drop tests, they concluded that blends of rubber and coke could be used to substitute the coke used in EAF steelmaking. Subsequently, Zaharia et al. [55] again published an investigation of four rubber/coke blends compared to coke with similar results. Zaharia et al. [56] also investigated the combustion behavior of coke, rubber tires and blends of the two in TGA and a drop tube furnace. They found that the combustion performance or burnout increased with increasing rubber content in the blends and therefore correlated directly with the volatile matter content of the blend. In a further publication, Dankwah et al. [57] tested the reduction of FeO-containing slag by blends of end-of-life tires and coke in a horizontal tube furnace in laboratory. They could show that rubber/coke blends exhibited a significantly increased reduction and carburization of the metal than coke alone. It is presumed that the hydrogen introduced by the rubber and the side reactions under participation of this hydrogen led to a faster gasification of the solid carbon and therefore to a faster reduction of the iron oxide in the slag.

Sahajwalla et al. [58] published on the recycling of waste plastics for slag foaming in the EAF. They tested the combustion behavior in a drop tube furnace and subsequently the slag foaming by sessile drop tests. The materials and blends tested were metallurgical coke and a PP (polypropylene)/PE (polyethylene)/coke blend, synthetic graphite and a HDPE (high-density PE)/graphite blend, and petrol coke, HDPE/petrol coke and PP/petrol coke blends. In all cases the volume ratios during slag foaming increased with plastics additions and therefore improved slag foaming. Sahajwalla et al. [59] published a similar investigation on the combustion behavior in a drop tube furnace, this time with HDPE/coke, LLDPE (linear low-density PE)/coke and ABS (acrylonitrile butadiene styrene)/coke blends in comparison to coke. While the combustion efficiency was increased to a similar degree by HDPE and LLDPE, ABS led to an even more significant increase of the combustion efficiency.

Dankwah et al. [60] investigated the kinetics of the reduction of FeO from the EAF slag with HDPE/coke blends in comparison to coke. Due to the high process temperatures in the EAF the polymers decompose into basic hydrocarbons (reaction (8)), especially CH₄ and into carbon and hydrogen respectively (reaction (9)). The hydrogen formed directly reduces iron oxide according to reaction (5) and in the process reacts significantly faster than a reduction with C and CO respectively.

\[
\text{Polymers} \rightarrow C_nH_m \quad (8)
\]

\[
C_nH_m \rightarrow n < C > + \frac{m}{2}H_2 \quad (9)
\]

In their investigations, Dankwah et al. could demonstrate that a HDPE/coke blend possesses a significantly increased reaction rate in comparison to pure coke. This is at-
tributed to the hydrogen introduced by the polyethylene and the described reaction mechanisms. Accordingly, it is reasoned that plastics can substitute a part of the coke input into the EAF.

A similar investigation on PP, PET (polyethylene terephthalate), and PU (polyurethane) plastics in a blend with coke was published by Sahajwalla et al. [61]. In all three cases, the blends of polymers with coke exhibited an improved slag foaming behavior compared to pure coke. So, all three blends could be suitable to substitute coke in EAF slag foaming. Sahajwalla et al. [62] again presented results of sessile drop tests with coke, HDPE/coke, rubber/coke, PET/coke and Bakelite/coke blends. While PET/coke and rubber/coke blends showed an increased slag volume, the HDPE/coke blend exhibited a significantly higher slag volume compared to coke. The carbon pickup of the metal was also strongly increased for the HDPE/coke and PET/coke blends in comparison to coke. Sahajwalla et al. [63] also tested the combustion behavior of HDPE and PP in comparison to metallurgical coke and in blends with coke in a drop tube furnace. Again, they found an increased combustion efficiency with increasing plastics content in the blend. However, the HDPE and PP in the blend was not as effective as rubber investigated previously.

The reduction of FeO-containing EAF slag with PP/coke blends was investigated by Dankwah and Koshy [64]. The extent of reduction was significantly improved by additions of PP to the coke. Also, the carburization of the reduced metal was significantly increased up to 4.95 wt.% in comparison to a reduction by coke alone (0.65 wt.%). Subsequently, Dankwah et al. [65] tested also the reduction of EAF slag by PET/coke blends. Again, they could demonstrate in laboratory that the presence of polymers in the blends increases the extent of reduction and also increases the carburization of the reduced metal up to 5.29 wt.%. Kongkarat et al. [66] investigated the reduction behavior of EAF slag with PET/coke and PU/coke blends. While the PU/coke blends showed a fluctuating slag foaming, the PET/coke blends showed a stable slag foaming. In both cases, the polymer/coke blends showed higher volume ratios than the slag foaming with coke alone. Kongkarat et al. [67] also tested the carburization of pure iron with coke and HDPE/coke blends in a horizontal tube furnace. The addition of HDPE to the coke increased the carbon dissolution into the liquid steel depending on the amount of HDPE in the blend.

Mansuri et al. [68] investigated the high temperature pyrolysis of waste CDs (compact discs), CFRPs (carbon fiber reinforced polymers) and bakelite to prepare a carbon source for iron carburization. After pyrolysis, the three waste polymers show different characteristics with regard to carbon content ranging from 65% to 98%, surface area, and structure.

In addition to laboratory tests, industrial trials were conducted at different EAF steel mills around the world. Gorez et al. [69] described the use of end-of-life tires as a substitute for charge coal or anthracite in two industrial EAF steel works in France. The tires were added as whole tires, shredded tires and even injected as tire powder. The material was added in bulk, in big bags, via injection and via the fifth hole. They could determine a substitution rate of 1.7 kg tire per kg of carbon. They also could determine that the use of up to 8–12 kg/t steel is possible and has no detrimental effect on product quality, emissions or process behavior. However, the addition of tires instead of coal needs more care to ensure that the tires are not only leading to an increase of temperature in the off-gas dedusting system. Ayed et al. [70] subsequently report that the addition of end-of-life tires was also implemented at another French EAF steel works and at a Belgian EAF steel works. They again state that the placement of the tires within the scrap basket is important to optimize the use of the tires. The tires should be put in the middle of the basket to avoid direct contact of the tires with the hot heel on the one hand and to reduce the burn-off through direct contact with the furnace atmosphere on the other hand.

Sahajwalla et al. [71] report on an industrial trial campaign conducted in 2006 at the OneSteel Sydney steel works. In the trials the injection coke for slag foaming was replaced by an HDPE/coke blend. About 22 heats could be evaluated in comparison to standard operation. The use of the HDPE/coke blend led to a better slag foaming according to visual
observations, a reduced specific energy consumption (~3%), a reduced power-on time and a similarly reduced tap-to-tap time leading to an increase in productivity. Sahajwalla et al. [72,73] report on trials conducted at OneSteel Sydney and Laverton steel mills. In both EAFs, the injection of a rubber/coke blend is a standard practice. In addition, the injection of an HDPE/coke blend was tested. As a result, the specific energy consumption is in both cases lower than with coke injection, being the lowest with the HDPE/coke blend. Also, the carbon additions could be reduced by about 12% for the rubber/coke blend and by about 15% for the HDPE/coke blend, while FeO content in the slag was reduced slightly.

Joulazadeh [74] reports on similar trials conducted in Iranian EAF steel plants, where coke and coal were replaced by whole end-of-use tires. The trials were conducted in a 6 t foundry EAF as well as in 25 t and 40 t EAF steel plant. Again, there were no negative effects on product quality or pollutant emissions. Based on the trials Joulazadeh reports a decrease in electrical energy consumption and a decrease in steel production costs, when end-of-use tires are used in the EAF.

Clauzade et al. [75] studied different use cases for end-of-life tires by means of life cycle assessment. They looked at use cases in civil engineering, in energy recovery, e.g., in cement works, as well as material recycling in steel works. Based on tire composition, they also considered the partial biomass origin of the tires. For the use of tires in EAF steelworks the environmental assessment led to intermediate results compared the use of end-of-life tires e.g., in cement works, while there is a significant environmental benefit.

O’Kane et al. [76] describe the polymer injection technology developed and commercialized by OneSteel using a blend of end-of-life rubber tires and coke. The technology is used as standard operating practice in the OneSteel EAF steel works and was also implemented at a number of other EAF steel works around the world. All installations and trials led to a reduction in specific electrical energy consumption as well as a decrease in injected carbon. O’Kane et al. also present a polymer composite briquette consisting of coke fines, waste LDPE flakes and millscale as well as an LDPE-coke briquette. The briquettes have been investigated in laboratory and industrial scale as alternative iron and carbon units to be charged with the basket. While the millscale briquette achieved good reduction in the laboratory tests, the industrial tests of both briquettes showed problems with increased heat generation and overheating of the dedusting system. However, for trials where nutcok was replaced by LDPE-coke briquettes an overall reduction of electrical energy consumption by 10 kWh/t and a reduction of the power-on time could be observed.

Fontana et al. [77] report on the implementation of OneSteels polymer injection technology at the European EAF steel works of CELSA Group in Cardiff, UK and Mo I Rana, Norway. In both cases, by the injection of a rubber/coke blend instead of coke, the electrical energy consumption could be reduced, the amount of injected carbon could be decreased, the amount of injected oxygen could be decreased, and the productivity could be increased. Emission measurements could prove that there were no increased emissions from the use of rubber/coke blend.

Cirilli et al. [78] studied the utilization of ASR (auto shredder residue) as a carbon substitute in the EAF. The light fraction of ASR, which mainly consists of plastics, rubber, textile and fiber material, was used to produce 150 t of briquettes by pressure extrusion. These briquettes were then used within industrial trials in an EAF to substitute charge coal. To substitute 100 kg coal, 450 kg of ASR briquettes have been charged into the EAF. In a campaign of 29 heats, it was found that the substitution led to a reduction in electrical energy consumption of about 8 kWh/t, while natural gas consumption, oxygen consumption, and tap-to-tap time were not changed. However, it has to be ensured that the ASR briquettes are not charged in the top of the scrap basket, because this leads to an early and rapid combustion of the ASR increasing the temperature in the off-gas duct. An increased substitution of 200 kg of coal with 900 kg of ASR was also tested but led to a temperature overload of the dedusting system, which could not be tolerated. Emission measurements during the trials showed, that there was no negative effect on emission levels including dioxins and furans.
4. Discussion

In view of current developments with regard to GHG-neutral hydrogen-based reduction processes producing H₂-reduced DRI and the subsequent melting in the EAF (e.g., HYBRIT [79], SALCOS [80], H2FUTURE [81]), there will still be the need to introduce carbon into the system either to carburize the steel or to create foaming slag to improve the energy efficiency of the melting process. So, if in the future a substantial part of the steel production shifts to a direct reduction and EAF based route to reach the GHG emission reduction goals set around the world, there will still be a need to use alternative carbon sources to produce a really green and carbon neutral and/or fully circular steel. For the scrap-based EAF route this is true anyway. Here also carbon-neutral slag foaming agents and carburizers will be needed in future.

The literature review could show that there are already solutions available to substitute fossil carbon sources by carbon-neutral biomass-based and circular rubber or plastics-based carbon sources. In some cases, the substitution is already tested in industrial scale or even implemented standard operating practice (SOP) in some EAF steel works. Table 1 summarizes and compares the current state for the different alternative carbon sources discussed. However, there is still room for further research regarding the different use cases of charge and injection carbon, but also regarding the materials used and their treatment or pre-processing.

Table 1. Current state of research and implementation of alternative carbon sources.

| Carbon Source                      | Use         | Laboratory Tests | Industrial Tests | SOP | References          |
|------------------------------------|-------------|------------------|------------------|-----|---------------------|
| Charcoal from various materials    | Injection carbon | 3                | 3                |     | [35,37–42,44,45,49] |
| Virgin biomasses                   | Injection carbon | 3                | 3                |     | [36,39,40,43,49]    |
| Charcoal from various materials    | Charge carbon | 4                | 5                |     | [44–50,53]         |
| Virgin biomasses                   | Charge carbon | 4                | 6                |     | [49,51,52]         |
| Rubber tire/coke blends           | Injection carbon | 4                | 9                | SOP | [54–57,72,73,76,77] |
| Polymer/coke blends                | Injection carbon | 4                | 7                |     | [58–67,71–73]      |
| Pyrolyzed CFRP Rubber tires        | Charge carbon | 3                | 3                |     | [68]               |
| Polymer/coke briquettes           | Charge carbon | 2                | 9                | SOP | [69,70,74]         |
| ASR briquettes                     | Charge carbon | 4                | 5                |     | [76]               |

Evaluation of the reported tests and trials according to the technology readiness level [82] by the author; 1 SOP at least in specific steelworks

Regarding the use as substitute for injection carbon, currently only blends of polymers and coke have been implemented in industrial scale. While this certainly is a step forward, still a substantial amount of fossil coke is used. Currently, there is no industrially tested solution available for a full substitution of fossil carbon sources for slag foaming. Even so biomass-based materials showed some promising results in laboratory, the industrial tests conducted delivered inconclusive results. Also, there still seems to be further need for research to fully understand all factors influencing the foaming behavior of dif-
ferent alternative carbon sources with EAF slag and the transferability of laboratory results to industrial EAF operation where also aspects like the injection of the material into the slag have to be considered.

Regarding the substitution of charge carbon, the use of biomasses and biomass-based materials seems to be ready for implementation in the EAF. Its implementation mainly seems to be a question of availability and economy at the moment. Also, the use of end-of-use tires has been tested and implemented at industrial EAF steel works for some time now. However, when materials with high volatile matter content like rubber or polymers are used, the charging and also the EAF operation, e.g., post-combustion oxygen use, may need further research and development to ensure, that the energy introduced by the alternative carbon source is used most efficiently within the melting process and does not lead to an overheating and subsequent shutdown of the dedusting system.

Regarding the materials and their treatment or pre-processing, biomasses for example are available from a wide variety of origins and sources all with different compositions and characteristics. Also, there are a number of waste biomasses and wet biomasses, e.g., sewage sludges, that could be made applicable for the EAF by processes like hydrothermal carbonization. In general, the integration of biomass treatment and upgrading processes with the EAF process, e.g., taking advantage of available waste heat potentials, still has further potential for research and development. Moreover, while a lot of waste-plastics, like PP, PET, HDPE, PU, ABS, etc., have already been investigated in the laboratory, the real material streams, like the ASR mentioned above, can be more complex and thus require additional research regarding possibilities to utilize these circular material streams as an alternative carbon source for EAF steelmaking.

5. Conclusions

This review could show that a lot of research is already available regarding laboratory-scale and also industrial-scale investigation of alternative carbon sources for a substitution of fossil charge and injection carbon in EAF steelmaking. However, it has also been discussed that there is still a lot of potential and need for further research and development in this area.

The EAF steel production route from scrap and/or from hydrogen-reduced DRI will in future play at least an important if not a fundamental role to contribute to the GHG emission reduction in the iron and steel industry. To produce a fully green and carbon-neutral steel, it will be necessary to use alternative carbon sources in the EAF that are either renewable like biomass or at least circular, and maybe in future also produced from renewable sources like plastic or rubber wastes.

Funding: This research received no external funding.

Institutional Review Board Statement: Not applicable.

Informed Consent Statement: Not applicable.

Data Availability Statement: Data sharing not applicable.

Conflicts of Interest: The author declares no conflict of interest.

References

1. Pardo, N.; Moya, J.A.; Vatopoulos, K. Prospective Scenarios on Energy Efficiency and CO2 Emissions in the EU Iron & Steel Industry; IEA Publications Office: Luxembourg, 2015; ISBN 978-92-79-54191-9.
2. International Energy Agency. Coal Information 2015; IEA Publications: Paris, France, 2015, ISBN 978-92-64-23891-6.
3. International Energy Agency. Energy Statistics of Non-OECD Countries 2015; IEA Publications: Paris, France, 2015, ISBN 978-92-64-23897-8.
4. International Energy Agency. Renewables Information 2015; IEA Publications: Paris, France, 2015, ISBN 978-92-64-23887-9.
5. Wörtler, M.; Schuler, P.; Voigt, N.; Schmidt, T.; Dahlmann, P.; Lüngen, H.B.; Genda, J.-T. Steel’s Contribution to a Low-Carbon Europe 2050, 2013. Available online: https://www.stahl-online.de/wp-content/uploads/2013/09/Schlussbericht-Studie-Low-carbon-Europe-2050-_Mai-20131.pdf (accessed on 22 December 2020).
6. European Commission. The European Green Deal COM(2019)640 Final, 2019. Available online: https://eur-lex.europa.eu/legal-content/EN/ALL/?uri=COM:2019:640:FIN (accessed on 22 December 2020).

7. World Steel Association. Steel Statistical Yearbook 2019; Concise Version; World Steel Association: Brussels, Belgium, 2019. Available online: https://www.worldsteel.org/en/dam/jcr:7aa2a95d-448d-4e56-b62b-b2457f067cd9/YSY19%2520concise%2520version.pdf (accessed on 22 December 2020).

8. Gielen, D.J.; Moriguchi, Y. Technological potentials for CO2 emission reduction in the global iron and steel industry. Int. J. Energ. Tech. Pol. 2003, 1, 229–249, doi:10.1504/IJETP.2003.002375.

9. Ariyama, T.; Murai, R.; Ishii, J.; Sato, M. Reduction of CO2 Emissions from Integrated Steel Works and Its Subjects for a Future Study. ISIJ Int. 2005, 45, 1371–1378, doi:10.2355/issjinternational.45.1371.

10. Babich, A.; Senk, D. Biomass use in the steel industry: Back to the future? Stahl und Eisen 2013, 133, 57–67.

11. Jahanshahi, S.; Deev, A.; Haque, N.; Lu, L.; Mathieson, J.; Norgate, T.; Ridgeway, P.; Rogers, H.; Somerville, M.; Zughbi, H.; et al. Recent progress in R&D on assessment of the use of biomass/designer chars for steel production. In Proceedings of the Innovation of Ironmaking Technologies and Future International Collaboration-to Overcome Energy & Resource Restrictions in Accordance with Environments, Tokyo, Japan, 10–11 November 2014; 54th Committee on Ironmaking of Japan Society for Promotion of Science, Ed., 2014; pp 123–138.

12. Jahanshahi, S.; Mathieson, J.G.; Somerville, M.A.; Haque, N.; Norgate, T.E.; Deev, A.; Pan, Y.; Xie, D.; Ridgeway, P.; Zulli, P. Development of Low-Emission Integrated Steelmaking Process. J. Sustain. Metall. 2015, 1, 94–114, doi:10.1007/s40831-015-0008-6.

13. Mathieson, J.G.; Somerville, M.A.; Deev, A.; Jahanshahi, S. Utilization of biomass as an alternative fuel in ironmaking. In Iron Ore; Lu, L., Ed.; Elsevier: Waltham, MA, USA, 2015; pp. 581–613, doi:10.1016/B978-1-78242-156-6.00019-8.

14. Moussa, E.; Wang, C.; Riesbeck, J.; Larsson, M. Biomass applications in iron and steel industry: An overview of challenges and opportunities. Renew. Sust. Energy Rev. 2016, 65, 1247–1266, doi:10.1016/j.rser.2016.07.061.

15. Suopajärvi, H.; Kemppainen, A.; Haapakangas, J.; Fabritius, T. Extensive review of the opportunities to use biomass-based fuels in iron and steelmaking processes. J. Clean. Prod. 2017, 148, 709–734, doi:10.1016/j.jclepro.2017.02.029.

16. Suopajärvi, H.; Umecki, K.; Moussa, E.; Hedayati, A.; Romar, H.; Kemppainen, A.; Wang, C.; Phounglamcheik, A.; Tuomikoski, S.; Norberg, N.; et al. Use of biomass in integrated steelmaking–Status quo, future needs and comparison to other low-CO2 steel production technologies. Appl. Energy 2018, 213, 384–407, doi:10.1016/j.apenergy.2018.01.060.

17. Bianco, L.; Baracchini, G.; Cirilli, F.; Di Sante, L.; Moriconi, A.; Moriconi, E.; Agorio, M.M.; Pfeifer, H.; Echterhoff, T.; Demus, T.; et al. Sustainable Electric Arc Furnace Steel Production: GreenEAF. BHM Berg-und Hüttenmännische Monatshefte 2013, 158, 17–23.

18. Jellinghaus, M. Stahlerzeugung im Lichtbogenofen, 3rd ed.; Verlag Stahleisen GmbH: Düsseldorf, Germany, 1994.

19. International Iron and Steel Institute. EAF Technology. State of the Art & Future Trends; IISI: Brussels, Belgium, 2000.

20. Neelis, M.; Worrell, E.; Mueller, N.; Angelini, T.; Cremer, C.; Schleich, J.; Eichhammer, W. Developing Benchmarking Criteria for CO2 Emissions Ecofys Project Number: PECSGB073248, 2009. Available online: https://ec.europa.eu/clima/sites/clima/files/ets/allowances/docs/bench_co2emiss_en.pdf (accessed on 22 December 2020).

21. Ecofys and Fraunhofer Institute for Systems and Innovation Research and Öko-Institut. Methodology for the free allocation of emission allowances in the EU ETS post 2012. Sector Report for the Iron and Steel Industry Ecofys Project Number: PECSNL082164, 2009. Available online: https://ec.europa.eu/clima/sites/clima/files/ets/allowances/docs/bm_study-iron_and_steel_en.pdf (accessed on 22 December 2020).

22. Demus, T.; Echterhof, T.; Pfeifer, H.; Schulten, M.; Noel, Y.; Quicker, P. Investigations on the use of biogenic residues as a substitute for fossil coal in the EAF steelmaking process. In Proceedings of the 10th European Electric Steelmaking Conference (EEC), Graz, Austria, September 2012.

23. Zulhan, Z. Der Einfluss unterschiedlicher Kohlenstoffträger auf die Schaumschlackenbildung im Elektrolichtbogenschmelzen; Shaker Verlag: Aachen, Germany, 2006.

24. Bhoi, B.; Jouhari, A.K.; Ray, H.S.; Misra, V.N. Smelting reduction reactions by solid carbon using induction furnace: Foaming behaviour and kinetic of FeO reduction in CaO-SiO2-FeO slag. Ironmak. Steelmak. 2006, 33, 245–252.

25. Hayes, P.C. The Kinetics of Formation of H2O and CO2 During Iron Oxide Reduction. Metall. Mater. Trans. B 1979, 10B, 211–217, doi:10.1007/BF02652465.

26. Xie, D.; Belton, G.R. Kinetics of Reduction of Ferric Iron in FeO–CaO–SiO2–Al2O3 Slags under Argon, CO–CO2, or H2–H2O. Metall. Mater. Trans. B 2003, 34B, 225–234, doi:10.1007/s11663-003-0009-x.

27. King, M.P. The Effect of Hydrogen on Slag Foaming in Electric arc Furnace Slags. Presentation at Graduate Seminar McMaster University, Materials Science and Engineering, Hamilton, ON, Canada, 24 October 2007.

28. Mathieson, J.G.; Rogers, H.; Somerville, M.; Ridgeway, P.; Jahanshahi, S. Use of Biomass in the Iron and Steel Industry-An Australian Perspective. In Proceedings of the EECRsteel 2011, 1st International Conference on Energy Efficiency and CO2 Reduction in the Steel Industry, Düsseldorf, Germany, 27 June–1 July 2011.

29. Norgate, T.; Langberg, D. Environmental and Economic Aspects of Charcoal Use in Steelmaking. ISIJ Int. 2009, 49, 587–595, doi:10.2355/issjinternational.49.587.

30. Norgate, T.; Haque, N.; Somerville, M.; Jahanshahi, S. Biomass as a Source of Renewable Carbon for Iron and Steelmaking. ISIJ Int. 2012, 52, 1472–1481, doi:10.2355/issjinternational.52.1472.
31. Demus, T.; Reichel, T.; Echterhof, T.; Pfeifer, H. Biochar Usage in EAF-Steelmaking Potential and Feasibility. In Proceedings of the 1st European Steel Technology & Application Days (ESTAD) & 31st Journées Sidérurgiques Internationales (JSI), Paris, France, 7–8 April 2014.

32. Sampaio, R.S.; Chevrand, L.; Filho, F.B.; Martins, T.B.; Fonsca, M.A.P.; Oliveira, S.P.d. The Use of Self-Sustainable Pig Iron in EAF, a Clean and Economic Alternative Virgin Iron Source. A Brazilian Experience; Technical report; Acesita: Belo Horizonte, Brazil, 1993.

33. Sampaio, R.S.; Martins, T.B.; Nicacio, P.; Quadro, A.A.; Saab, M.W.; Chevrand, L.J.d.S.; Villanova, E.; Rezende, M.E.A. The Brazilian Experience in Utilizing Large Proportions of Cold Pig Iron in Electric Arc Furnace. In Proceedings of 5th European Electric Steel Congress, European Electric Steel Congress (EEC), Paris, France, 19–23 June 1995; Fédération Française de l’Acier, Ed., 1995; pp. 62–71.

34. Sampaio, R.S.; Jones, J.; Vieira, J.B. Hot Metal Strategies for the EAF Industry. In Proceedings of the AISTech 2008 Proceedings. AISTech 2008, Iron and Steel Technology Conference, Pittsburgh, PA, USA, 5–8 May 2008; Association for Iron and Steel Technology, Ed.: Warrendale, PA, USA, 2008; pp. 1–9.

35. Sahajwalla, V.; Rahman, M.; Hong, L.; Saha-Chaudhury, N.; Spencer, D. Influence of Carbonaceous Materials on Slag Foaming Behavior during EAF steelmaking. In Proceedings of the AISTech 2005 Proceedings. AISTech 2005, Iron and Steel Technology Conference, Charlotte, NC, USA, 9–12 May 2005; Association for Iron and Steel Technology, Ed.: Warrendale, PA, USA, 2005; pp. 639–650.

36. Yunus, N.F.M.; Ahmad, K.R.; Zaharia, M.; Sahajwalla, V. Combustion of Agricultural Waste and Coke Blends during High Temperature Processes: Effect of Physical, Chemical and Surface Properties. J. Jpn. Soc. Exp. Mech. 2011, 11, s261–s266, doi:10.11395/jjem.11.s261.

37. Yunus, F.N.M.; Zaharia, M.; Idris, M.A.; Nath, D.; Khanna, R.; Sahajwalla, V. Recycling Agricultural Waste from Palm Shells during Electric Arc Furnace Steelmaking. Fuel Energ Fuel Process Technol. 2015, 69, 274–280, doi:10.1016/j.fuproc.2015.01.027.

38. Kalde, A.; Demus, T.; Echterhof, T.; Pfeifer, H. Determining the Reactivity of Biochar-Aggomelates to Replace Fossil Coal in Electric Arc Furnace Steelmaking. In Proceedings of the EUBCE 2015 Online Conference Proceedings. 23rd European Biomass Conference and Exhibition, Vienna, Austria, 1–4 June 2015; pp. 497–507, doi:10.5071/23rdEUBCE2015-2AO.8.3.

39. Kalde, A.; Willms, T.; Demus, T.; Echterhof, T.; Pfeifer, H. Determining the Potential of Biogenic Calcium- and Carbon-Rich Residues as Substitutes in the Electric Steelmaking. In Proceedings of the EUBCE 2016 Online Conference Proceedings. 24th European Biomass Conference and Exhibition, Amsterdam, The Netherlands, 6–9 June 2016; pp. 1642–1649, doi:10.5071/24theUBCE2016-SBV.2.7.

40. Huang, X.-A.; Ng, K.W.; Giroux, L.; Duchesne, M. Carbonaceous Material Properties and Their Interactions with Slag During Electric Arc Furnace Steelmaking. Metall. Mater. Trans. B 2019, 50, 1387–1398, doi:10.1007/s11663-019-01569-1.

41. Mansuri, I.; Farzana, R.; Rajarao, R.; Sahajwalla, V. Carbon Dissolution Using Waste Biomass—A Sustainable Approach for Iron-Carbon Alloy Production. Metals 2018, 8, 290, doi:10.3390/met8040290.

42. Kongkarat, S. Recarburization of Liquid Steel Using Rubber Tree Bark: Implication for Utilizing Agricultural Waste in EAF Steelmaking. Iron Steel Technol. 2019, 16, 64–69.

43. Bianco, L.; Baracchini, G.; Cirilli, F.; Di Sante, L.; Moriconi, A.; Moriconi, E.; Agorio, M.M.; Pfeifer, H.; Echterhof, T.; Demus, T.; et al. Sustainable Electric Arc Furnace Steel Production: GreenEAF. In Proceedings of the 10th European Electric Steelmaking Conference (EEC), Graz, Austria, 25–28 September 2012.

44. Bianco, L.; Baracchini, G.; Cirilli, F.; Moriconi, A.; Moriconi, E.; Marcos, M.; Demus, T.; Echterhof, T.; Pfeifer, H.; Beiler, C.; et al. Sustainable EAF steel production (GREENEAF); Publications Office of the European Union: Luxembourg, 2013, doi:10.2777/44502.

45. Demus, T.; Echterhof, T.; Pfeifer, H. Replacement of fossil carbon with biogenic residues in the electric steelmaking process. In Proceedings of the International Workshop EAF Perspectives on Automation, Materials, Energy & Environment, Milano, Italy, 29–30 March 2012.

46. Demus, T.; Reichel, T.; Schulten, M.; Echterhof, T.; Pfeifer, H. Increasing the sustainability of steel production in the electric arc furnace by substituting fossil coal with biochar agglomerates. Ironmak. Steelmak. 2016, 43, 564–570, doi:10.1080/03019233.2016.1165564.

47. Funke, A.; Demus, T.; Willms, T.; Schenke, L.; Echterhof, T.; Niebel, A.; Pfeifer, H.; Dahmen, N. Application of fast pyrolysis char in an electric arc furnace. Fuel Process Technol. 2018, 174, 61–68, doi:10.1016/j.fuproc.2018.02.013.

48. Baracchini, G.; Bianco, L.; Cirilli, F.; Echterhof, T.; Griessacher, T.; Marcos, M.; Mirabile, D.; Reichel, T.; Rekersdrees, T.; Sommerauer, H. Biochar for a Sustainable EAF Steel Production (GREENEAF2); Publications Office of the European Union: Luxembourg, 2018, doi:10.2777/708674.

49. Cirilli, F.; Baracchini, G.; Bianco, L. EAF long term industrial trials of utilization of char from biomass as fossil coal substitute. La Metallurgia Italiana 2017, 109, 13–17.

50. Echterhof, T.; Demus, T.; Pfeifer, H.; Schlinge, L.; Schliephake, H. Investigation of palm kernel shells as a substitute for fossil carbons in a 140 t DC Electric Arc Furnace. In Proceedings of the 11th European Electric Steelmaking Conference & Expo. 11th European Electric Steelmaking Conference & Expo, Venice, Italy, 25–27 May 2016; pp. 1–10.
52. Meier, T.; Hay, T.; Echterhof, T.; Pfeifer, H.; Rekersdrees, T.; Schlinge, L.; Elsabagh, S.; Schliephake, H. Process Modeling and Simulation of Biochar Usage in an Electric Arc Furnace as a Substitute for Fossil Coal. *Steel Res. Int.* 2017, 88, 1600458, doi:10.1002/srin.201600458.

53. Robinson, R.; Brabie, L.; Pettersson, M.; Amovic, M.; Ljunggren, R. An Empirical Comparative Study of Renewable Biochar and Fossil Carbon as Carburizer in Steelmaking. *ISIJ Int.* 2020, doi:10.2355/isijinternational.ISIJINT-2020-135.

54. Zaharia, M.; Sahajwalla, V.; Khanna, R.; Koshy, P. Carbon/Slag Interactions between Coke/Rubber Blends and EAF Slag at 1550 °C. *ISIJ Int.* 2009, 49, 1513–1521, doi:10.2355/isijinternational.49.1513.

55. Zaharia, M.; Sahajwalla, V.; Saha-Chaudhury, N.; O’Kane, P.; Fontana, A.; Skidmore, C.; Knights, D. Recycling of Rubber Tyres in Electric Arc Furnace Steelmaking: Carbon/Slag Reactions of Coke/Rubber Blends. *High Temp. Mater. Proc.* 2012, 31, 593–602, doi:10.1515/htmp-2012-0096.

56. Zaharia, M.; Sahajwalla, V.; Kim, B.-C.; Khanna, R.; Saha-Chaudhury, N.; O’Kane, P.; Dicker, J.; Skidmore, C.; Knights, D. Recycling of Rubber Tires in Electric Arc Furnace Steelmaking: Simultaneous Combustion of Metallurgical Coke and Rubber Tyres Blends. *Energy Fuel* 2009, 23, 2467–2474, doi:10.1021/ef8010788.

57. Dankwah, J.R.; Koshy, P.; O’Kane, P.; Sahajwalla, V. Reduction of FeO in EAF Steelmaking Slag by Blends of Metallurgical Coke and End-of-Life Tyre. *Steel Res. Int.* 2012, 83, 766–774, doi:10.1002/srin.201200019.

58. Sahajwala, V.; Khanna, R.; Rahman, M.; Huang, Z.; Tanaka, E.; Saha-Chaudhury, N.; Knights, D.; O’Kane, P. Recycling of Waste Plastics for Slag Foaming in EAF Steelmaking. In Proceedings of the AISTech 2006 Proceedings. AISTech 2006, Iron and Steel Technology Conference, Cleveland, OH, USA, 1–4 May 2006; Association for Iron and Steel Technology, Ed.: Warrendale, PA, USA, 2006; pp. 547–553.

59. Sahajwala, V.; Lee, J.; Rahman, M.; Zaharia, M.; Koshy, P.; Khanna, R.; Saha-Chaudhury, N.; O’Kane, P.; Dicker, J.; Skidmore, C.; et al. Gas Phase Reactions of Coke Blends with Plastics for Chemical Energy Input into EAF Steelmaking. In Proceedings of the AISTech 2009 Proceedings. AISTech 2009, Iron and Steel Technology Conference, St. Louis, MO, USA, 4–7 May 2009; Association for Iron and Steel Technology, Ed.: Warrendale, PA, USA, 2009; pp. 627–636.

60. Dankwah, J.R.; Sahajwala, V.; Koshy, P.; Saha-Chaudhury, N.M.; O’Kane, P.; Skidmore, C.; Knights, D. Kinetics of Reduction of FeO in EAF Steelmaking Slag by Metallurgical Coke and Waste Plastics Blends. In Proceedings of the AISTech 2010 Proceedings. AISTech 2010, Iron and Steel Technology Conference, Pittsburgh, PA, USA, 3–6 May 2010; Association for Iron and Steel Technology, Ed.: Warrendale, PA, USA, 2010; pp. 895–903.

61. Sahajwalla, V.; Kongkarat, S.; Koshy, P.; Khanna, R.; Zaharia, M.; Saha-Chaudhury, N.; O’Kane, P.; Skidmore, C.; Knights, D. Utilization of Waste Plastics in EAF Steelmaking: High-temperature Interactions between Slag and Carbonaceous Materials. In Proceedings of the AISTech 2010 Proceedings. AISTech 2010, Iron and Steel Technology Conference, Pittsburgh, PA, USA, 3–6 May 2010; Association for Iron and Steel Technology, Ed.: Warrendale, PA, USA, 2010; pp. 127–136.

62. Sahajwalla, V.; Zaharia, M.; Kongkarat, S.; Khanna, R.; Rahman, M.; Saha-Chaudhury, N.; O’Kane, P.; Dicker, J.; Skidmore, C.; Knights, D. Recycling End-of-Life Polymers in an Electric Arc Furnace Steelmaking Process: Fundamentals of Polymer Reactions with Slag and Metal. *Energy Fuel* 2012, 26, 58–66, doi:10.1021/ef201175t.

63. Sahajwala, V.; Zaharia, M.; Kongkarat, S.; Khanna, R.; Saha-Chaudhury, N.; O’Kane, P. Recycling Plastics as a Resource for Electric Arc Furnace (EAF) Steelmaking: Combustion and Structural Transformations of Metallurgical Coke and Plastic Blends. *Energy Fuel* 2010, 24, 379–391, doi:10.1021/ef900875r.

64. Dankwah, J.R.; Koshy, P. Reduction of FeO in EAF Steelmaking Slag by Blends of Metallurgical Coke and Waste Polypropylene. *High Temp. Mater. Proc.* 2014, 33, 107–114, doi:10.1515/htmp-2013-0035.

65. Dankwah, J.R.; Koshy, P.; Sahajwala, V. Reduction of FeO in EAF steelmaking slag by blends of metallurgical coke and end-of-life polyethylene terephthalate. *Ironmak. Steelmak.* 2014, 41, 401–409, doi:10.1179/1743281213Y.0000000125.

66. Kongkarat, S.; Khanna, R.; Koshy, P.; O’Kane, P.; Sahajwalla, V. Recycling Waste Polymers in EAF Steelmaking: Influence of Polymer Composition on Carbon/Slag Interactions. *ISIJ Int.* 2012, 52, 385–393, doi:10.2355/isijinternational.52.385.

67. Kongkarat, S.; Cherdhirunkorn, B.; Thongreang, R. Utilization of Waste HDPE for Sustainable EAF Steelmaking: Carbon Dissolution into Liquid Steel. *Steel Res. Int.* 2017, 88, 1600168, doi:10.1002/srin.201600168.

68. Mansuri, I.; Khanna, R.; Sahajwala, V. Recycling Carbonaceous Industrial/Commercial Waste as a Carbon Resource in Iron and Steelmaking. *Steel Res. Int.* 2017, 88, 1600333, doi:10.1002/srin.201600333.

69. Gerez, J.-P.; Gros, B.; Birat, J.-P.; Grisvard, C.; Huber, J.-C.; Le Coq, X. Charging tires in the EAF as a substitute to carbon. *Rev. Metall.* 2003, 100, 17–23, doi:10.1051/metall:2003143.

70. Ayed, P.; Clauzade, C.; Gros, B.; Huber, J.-C.; Lebrun, C.; Vassart, N. Charging used tyres in the EAF as a substitute for carbon: a success story for LME and Industeel Belgium. *Rev. Metall.* 2007, 104, 128–135, doi:10.1051/metall:2007101.

71. Sahajwala, V.; Rahman, M.; Khanna, R.; Dicker, J.; Knights, D.; O’Kane, P.; Skidmore, C. Novel Industrial Trials Demonstrating The Use Of Plastics For EAF Slag Foaming. In Proceedings of the AISTech 2007 Proceedings. AISTech 2007, Iron and Steel Technology Conference, Indianapolis, IN, USA, 7–10 May 2007; Association for Iron and Steel Technology, Ed.: Warrendale, PA, USA, 2007; pp. 1–12.

72. Sahajwala, V.; Khanna, R.; Zaharia, M.; Kongkarat, S.; Rahman, M.; Kim, B.C.; Saha-Chaudhury, N.; O’Kane, P.; Dicker, J.; Skidmore, C.; et al. Environmentally Sustainable EAF Steelmaking Through Introduction of Recycled Plastics and Tires: Laboratory and Plant Studies. *Iron Steel Technol.* 2009, 6, 43–50.

73. Sahajwalla, V.; Zaharia, M.; Rahman, M.; Khanna, R.; Saha-Chaudhury, N.; O’Kane, P.; Dicker, J.; Skidmore, C.; Knights, D. Recycling Rubber Tyres and Waste Plastics in EAF Steelmaking. *Steel Res. Int.* 2011, 82, 566–572, doi:10.1002/srin.201100047.
74. Joulazadeh, M.H. Using Scrap Tires in EAFs as a Substitute for Carbon. *Int. J. Iron Steel Soc. Iran* 2008, 5, 36–40.
75. Clauzade, C.; Osset, P.; Hugrel, C.; Chappert, A.; Durande, M.; Pallauu, M. Life cycle assessment of nine recovery methods for end-of-life tyres. *Int. J. Life Cycle Ass.* 2010, 15, 883–892, doi:10.1007/s11367-010-0224-z.
76. O’Kane, P.; Fontana, A.; Skidmore, C.; Jin, Z. Sustainable EAF Steelmaking Through The Use of Polymer Technology. In Proceedings of the AISTech 2016 Proceedings. AISTech 2016, Iron and Steel Technology Conference and Exposition, Pittsburgh, PA, USA, 16–19 May 2016; Association for Iron and Steel Technology, Ed.: Warrendale, PA, USA, 2016; pp. 1–12, ISBN 9781935117551.
77. Fontana, A.; Alvarez, A.C.A.; Iacuzzi, M.; O’Kane, P.; Jin, Z. Injection of Recycled Rubber Tires in the EAF as Foaming Slag Agent at CELSA Group. In Proceedings of the EEC 2016-11th European Electric Steelmaking Conference & Expo, Venice, Italy, 25–26 May 2016; Associazione Italiana di Metallurgia, Ed.; AIM: Milano, Italy, 2016; pp. 1–10.
78. Cirilli, F.; Di Sante, L.; Faraci, E.; Fusato, M.; Foglio, G.; Frittella, P.; Filippini, E.; Tolettini, E. ASR utilization as carbon substitute into the EAF. In Proceedings of the Clean Tech 4, The 4th European Conference on Clean Technologies in the Steel Industry. 4th European Conference on Clean Technologies in the Steel Industry, Bergamo, Italy, 28–29 November 2018; Associazione Italiana di Metallurgia, Ed.: Milano, Italy, 2018; pp. 1–10, ISBN 978-88-98990-18-4.
79. Pei, M.; Petäjäniemi, M.; Regnell, A.; Wijk, O. Toward a Fossil Free Future with HYBRIT: Development of Iron and Steelmaking Technology in Sweden and Finland. *Metals* 2020, 10, 972, doi:10.3390/met10070972.
80. Salzgitter, A.G. SALCOS-Climate Initiative for Low CO2 Steel Production. Available online: https://salcos.salzgitter-ag.com/en/ (accessed on 29 December 2020).
81. Verbund Solutions GmbH. H2FUTURE Project. Available online: https://www.h2future-project.eu (accessed on 29 December 2020).
82. European Commission. Technology readiness levels (TRL); Extract from Part 19-Commission Decision C(2014)4995, 2014. Available online: https://ec.europa.eu/research/participants/data/ref/h2020/wp/2014_2015/annexes/h2020-wp1415-annex-g-trl_en.pdf (accessed on 29 December 2020).